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Abstract. Geopolymer has been emerging as a novel and sustainable replacement for the traditional
soil improvement materials, such as ordinary Portland cement OPC and lime, which have severe
environmental impacts. In this paper, a series of unconfined compression and triaxial tests were
conducted on sand and sand - ground granulated blast-furnace slag (GGBFS) based geopolymer. A
solution of sodium silicate and sodium hydroxide was employed for the geopolymerization process.
Results revealed that adding the GGBFS resulted in a significant increase in the strength properties.
This result indicates that geopolymer acted as a cementation agent, providing better bonding between
the sand particles and consequently improving the performance of the treated sand.
Keywords: Geopolymer, ground granulated blast-furnace slag, sand, drained triaxial strength,
unconfined compression strength.
1. Introduction
One of the recent developments in geotechnical en-
gineering is the application of geopolymers to soil-
improvement procedures. Geopolymers have been
emerging as an eco-friendly replacement for the tradi-
tional materials. These impacts include the emission
of large quantities of carbon dioxide, intensive con-
sumption of energy and resources. For example, the
production process of one tone of OPC causes a carbon
dioxide emission of about one tone and an energy con-
sumption of about 5000MJ [1–3]. Moreover, one tone
of lime results in about 0.86 tons of carbon dioxide.
Geopolymer can be synthesized by activating variety
of sources, such as industrial waste (e.g ground blast
furnace slag (GGBFS), fly ash) and natural materials
(e.g. Metakaoline). A solution of Na2SiO3 and NaOH
are the most widely available activators used to create
a high alkaline environment [4].
Rios et al. [5] studied the behaviour of silty sand
mixed with a geopolymer (fly ash, sodium silicate and
sodium hydroxide). Their results showed a significant
increase in the unconfined compression strength due to
the role of the alkaline binder. After 90 days of curing,
the strength of the soil mixed with an activator and 15,
20 and 25% fly ash increased by 16, 31 and 77 times
respectively compared with non-stabilized samples [5].
Similar results were found recently by Cruz et al. [6],
who found that the unconfined compression strength
of soil improved approximately 32 times when Alkali-
Activated binder was added. In contrast to the OPC
and lime, clayey soil, improved with alkaline activated
low calcium fly ash, exhibited a slow increase in the
unconfined compressive strength UCS until the 28th
day, and then it showed similar or larger UCS than
the conventional stabilizers [7]. A similar trend has
been found by Al-Rkaby et al. [8–11].
Dassekpo et al. [12] proposed that the Completely
Decomposed Granite (CDG) can be used as a geopoly-
mer source material without the need to add fly ash.
They found that the compressive strength, at a 7th
day of curing time of the CDG based geopolymer,
without an addition of fly ash, was 13.89MPa com-
pared with 0.36MPa for the CDG without an alkaline
activator.
Regarding the parameters of strength, the angles
of the internal friction ϕ for a soil stabilized by a
geopolymer were higher than 50°, associated to cohe-
sion intercepts C higher than 250 kPa [5]. A similar
trend was observed by Corrêa-Silva et al [7], who
found that the friction angles in the critical state in-
creased by 73.6% and 50.0% in the total and effective
stress analysis respectively. Moreover, the cohesion
increased by two times in terms of total peak strength
while it was very low in effective stress [7].
Using a geopolymer made from mixing low calcium
fly ash, sodium silicate SiO2 and sodium hydroxide
Na2O with silty sand led to a very high strength and
stiffness [13]. Ratio of SiO2/Na2O = 1 produced the
maximum early strength of the geopolymer concrete
[14]. Moreover, the optimum content of the sodium
silicate-based additive for improving the low strength
clay and high swelling clay was found to be 6.0%
[15]. At this percentage, the UCS of low strength clay
and high swelling clay increased by 4.7 and 3.3 times
respectively [15].
In addition to the strength properties, studies car-
ried out on geopolymer based soil showed that treated
soils have a high durability [14, 16–18]. Similar re-
sults have been observed by Corrêa-Silva et al [7] who
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found that treated samples induced a strong reduction
of sensitivity to water action. Moreover, stabilized
samples showed a significant resistance to the wetting
and drying tests [19].
The addition of alkali activated stabilizer resulted
in reduced volume strains and an overall decrease
of compressibility of the treated soil [20]. From an
early stage of curing, the geopolymer-soil composite
exhibited a deformation modulus two times higher
than the untreated samples [6]. After 14 days of
curing, the deformation modulus of the geopolymer-
soil composite increased to 183.1MPa compared with
20.0MPa for the untreated samples [6]. It was found
that the compression index (Cc) and swelling index
(Cs) decreased from 2.3 and 0.66 for untreated low
strength clay and high swelling clay respectively to
about 0.5 and 0.2 for treated samples respectively
[15]. This is in an agreement with Sargent et al. [21]
who found that using ground granulated blast-furnace
slag (GGBFS)-NaOH with alluvial soil resulted in
decreasing Cc and swelling index Cs from 0.13 and
0.013 to 0.014 and 0.003 respectively.
Abdeldjouad et al. [22, 23] found that the admix-
tures of a higher kaolinite content with the palm oil
fuel ash POFA exhibited higher long term strength
than the admixtures without POFA. Similar trend
was observed by Teing et al. [24]. The reason for this
improvement are the microstructural changes (such
as uptake, re-condensation and the presence of glassy
phase) taking place in the mixture fabric during the
stabilization process [22–25]. Scanning Electron Mi-
croscopy SEM showed that voids between soil parti-
cles were almost filled with structured aluminosilicate
polymerized gel. Therefore, discrete particles of the
geopolymer composite material exhibit a denser and
more closely bound texture [22–25].
Although good research efforts have been made into
enhancing the shear strength and characteristics of
soil by a geopolymer, there is little information on
the strength characterization of sand - ground granu-
lated blast-furnace slag (GGBFS) based geopolymer.
Therefore, this study aims to investigate the strength
improvement of sand with Geopolymer incorporating
GGBFS.
2. Materials and methods
2.1. Sand
In the city of Perth in Western Australia, sand af-
fords considerable cost savings for infrastructure and
buildings because it is the most predominant type
of soil in the city and there are many quarries in
the surrounding area. As a consequence, soil that
is characterized as poorly graded clean sand (SP)
according to the Unified Soil Classification System
(USCS) is used in the present study, with a coefficient
of curvature Cc = 1.17 and a coefficient of uniformity
Cu = 1.64. The physical properties of Perth sand are:
maximum void ratio emax = 0.844, minimum void
ratio emin = 0.521, median particle size D50 = 0.43
and specific gravity Gs = 2.63.
2.2. Ground granulated blast-furnace
slag GGBFS and the alkaline
activator
Calcium rich ground granulated blast-furnace slag
(GGBFS) was utilised in this research. Such mate-
rial is a by-product of the steel and iron industry.
Moreover, sodium silicate (Na2SiO3) and sodium hy-
droxide (NaOH) were used as the alkaline activator.
The Na2SiO3/NaOH mass ratio was chosen to be
equal to 2.0 to create a high alkaline environment and
produce the maximum early strength.
2.3. Sample preparation
A total number of forty samples of sand - ground gran-
ulated blast-furnace slag (GGBFS) based geopolymer
was prepared. In order to prepare these samples, ini-
tially, the GGBFS was added to sand at five different
volume ratios (10%, 15%, 20, 30 & 40% as a fraction
of the total weight), then blended thoroughly in dry
conditions until achieving a good distribution and a
uniform colour. In this study, the high pH alkaline
activator was prepared by adding sodium hydroxide
(NaOH) in a pellet form to the sodium silicate solu-
tion (Na2SiO3) based on predefined mix proportions
and mixing them for 15 minutes for a full dissolution.
The alkaline activator solution was then added to
the sample and mixing continued to obtain a final
homogenous mix.
Each sample for the experiment was prepared ac-
cording to the desired GGBFS content, activator per-
centage and dry unit weight. For each layer, to pro-
duce the desired density, the required amount of sand -
ground granulated blast-furnace slag (GGBFS) based
geopolymer was determined in advance according to
the selected density and the layer volume. In order
to compact the mixture, the mould was divided into
several layers and, for each layer, the required amount
of sand-(GGBFS) based geopolymer was poured into
the mould and the surface was flattened by careful
scraping. Each layer was then compacted into the
mould to the required height. After the compaction,
the sand - GGBFS based geopolymer specimens were
kept in the laboratory for 24 hours before being soaked
for curing. The period of 28 days was chosen as an
average curing time.
3. Results
Figure 2 shows the variation of the maximum dry unit
weight (γd)max along the ground granulated blast-
furnace slag (GGBFS) content of 5, 10, 15, 20, 30 and
40% for all activator ratios (Activator/GGBFS=0.2,
0.4, 0.6 and 0.8). It is clear that the 15% GGBFS
exhibited a better performance in terms of the largest
maximum dry unit weight. This is due to the fact that
such amount of GGBFS fills the voids as inclusions.
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(a). (b).
Figure 1. (a) Sodium hydroxide in pellets form, and (b) Sodium silicate solution.
Figure 2. Variation of the maximum dry unit weight (γd)max with GGBFS content for different activator ratios.
Figure 3. Variation of unconfined compression strength UCS with GGBFS content for different activator ratios.
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Figure 4. Drained triaxail strength – axial strain relationships for Sand-GGBFS based Geopolymer (Activa-
tor/GGBFS=0.4).
Figure 3 shows the variation of the unconfined com-
pression strength UCS of a sand- GGBFS -based
geopolymer with the GGBFS content for different
activator ratios. Results revealed that there is a signifi-
cant difference in the unconfined compression strength
UCS due to a variation in the contents of the GG-
BFS and activator ratio. The unconfined compression
strength UCS increased continuously with the increas-
ing GGBFS content. The rate of increase was greatest
when the GGBFS content was increased from 20 to
30% while the rate increased more slowly as the GG-
BFS content was increased from 30 to 40 and 50%.
An activator ratio of 0.4 produced the largest UCS
(981.0 – 4056.5 kPa), while the minimum of 276.5 –
1342.7 kPa occurred with the activator ratio being
0.8. This trend is similar to the results presented in
Sukmak et al. [26].
Regarding the triaxial tests, the trend is similar
to that of pure sand (UCS), where the composite is
strengthened as the GGBFS increases for all activator
ratios. For clarity, Figure 4 showed the relationship
between the drained triaxail strength and axial strain
for a selected activator ratio (Activator/GGBFS =
0.4). Moreover, the variations of maximum drained
triaxial strength against the content of the GGBFS
and activator ratios are plotted in Figures 5 and 6. For
the activator ratio of 0.2, 0.4, 0.6 and 0.8, the drained
triaxial strength of the 10% GBBS-sand increased by
2.7, 3.3, 2.3 and 1.4 times respectively when compared
with raw sand. For the same ratios of the activator, the
drained triaxial strength of 40% GBBS-sand increased
by 7.6, 10.8, 5.3 and 4.3 times respectively when
compared with raw sand.
The drained triaxail strength increased by almost
21.1 - 53.5% (depending on GBBS) as the activator
ratio changed from 0.2 to 0.4. However, increasing
the activator ratio to 0.6 and 0.8 was associated with
a significant decrease in the drained triaxail strength
by 8.6-36.3% and 34.4- 53.9% respectively. Moreover,
the combination of the largest GBBS content (50%)
and the optimum activator ratio of 0.4 resulted in the
maximum improvement.
The observed improvement is due to the geopolymer-
ization process, which consists of a series of chemical
reactions between the calcium – aluminosilicate rich
slag GGBFS and the alkaline activator. This leads
to the formation of geopolymeric gel, which spreads
and hardens in a three-dimensional space. Such lay-
ers of the geopolymeric gel cover and bind the sand
particles. The increase in the strength that occurred
with the mixture sand is related to the ability of the
geopolymer to resist the applied stress. It is clear
that the benefit of the geopolymer depends mainly on
the binding effect that could improve the performance
of the composite samples in terms of decreasing the
deformation and increasing its strength. The benefits
of adding the GGBFS and activator to the strength of
sand can be explained by its role as a binding agent
and cushioning material. The geopolymer acts as a
binding agent and provides a significant cohesion to
the sand particles. From this conceptual standpoint,
the inclusion of this binding agent works to provide
a better bonding between the granulate particles of
sand, producing a bonded, stable composite. The
effect suggests a better performance of sand-based
geopolymer under different types of stresses.
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Figure 5. Variation of maximum triaxail drained strength against GGBFS content for different activator ratios.
Figure 6. Variation of maximum triaxail drained strength against activator ratio content for different contents of
GGBFS.
GGBFS
(%)
Activator/GGBFS
0.2 | 0.4 | 0.6 | 0.8
C ϕ C ϕ C ϕ C ϕ
(kPa) (°) (kPa) (°) (kPa) (°) (kPa) (°)
10 142.7 53.2 172.2 54.6 164.7 52.4 131.6 52.4
20 167.5 56.4 215.7 56.8 207.7 53.3 141.8 52.3
30 189.9 56.3 256.3 58.5 243.6 54.8 196.6 53.7
40 192.0 57.5 284.7 58.8 280.2 54.5 203.7 53.6
50 191.9 57.1 297.2 59.5 271.9 56.2 222.9 53.8
*For untreated sand, C = 0 kPa, ϕ = 46°
Table 1. Strength parameters of sand-geopolymer based.
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4. Conclusions
In this study, a series of unconfined compression
strength and triaxial tests were conducted on samples
of sand and Sand- GGBFS Based Geopolymer Com-
posite Material. Some conclusions can be drawn as
follows:
(a) The gepolymesation process results in dissolving
Si and Al, forming semi-firm gel of aluminum silicate
hydrate, which finally turns into a crystal framework
gel. This gel can fill a high percentage of the pores
that exist in the untreated sand. Therefore, the
maximum dry unit weight of samples increased as
the GGBFS content increased to 20%, and then
decreased. However, the difference in the maximum
dry unit weight due to variation in the activator
content was insignificant.
(b) The structured aluminosilicate polymerized gel
acts as a binding agent and provides significant
cohesion, better bonding between the discrete parti-
cles of sand, producing a bonded, stable composite.
Therefore, the inclusion of the GGBFS resulted in
a significant increase in the unconfined compression
strength, cohesion and friction angle for all acti-
vator contents. Drained triaxial strength of sand
increased by 2.7, 3.8, 6.2, 7.5 and 9.9 times as the
GGBFS increased from 0% to 10, 20, 30, 40 and
50% respectively.
Accordingly, such geopolymer material can be used
as an important technique in many geotechnical appli-
cations. However, due to the limited time and other
constraints, there are a number of aspects (such as cur-
ing time, permeability, durability, dynamic properties)
that require a further research.
References
[1] A. Bosoaga, O. Mašek, J. E. Oakey. CO2 capture
technologies for cement industry. Energy Procedia
1(1):133 – 140, 2009. Greenhouse Gas Control
Technologies 9, doi:10.1016/j.egypro.2009.01.020.
[2] H. Fatehi, S. M. Abtahi, H. Hashemolhosseini, S. M.
Hejazi. A novel study on using protein based
biopolymers in soil strengthening. Construction and
Building Materials 167:813 – 821, 2018.
doi:10.1016/j.conbuildmat.2018.02.028.
[3] A. Mosallanejad, H. Taghvaei, S. M.
Mirsoleimani-azizi, et al. Plasma upgrading of
4methylanisole: A novel approach for
hydrodeoxygenation of bio oil without using a hydrogen
source. Chemical Engineering Research and Design
121:113 – 124, 2017. doi:10.1016/j.cherd.2017.03.011.
[4] C. Shi, P. Krivenko, D. Roy. Alkali-Activated Cements
and Concretes. Taylor & Francis Publishing, 2006.
[5] S. Rios, N. Cristelo, A. Da Fonseca, C. Ferreira.
Structural performance of alkali-activated soil ash
versus soil cement. Journal of Materials in Civil
Engineering 28:04015125, 2015.
doi:10.1061/(ASCE)MT.1943-5533.0001398.
[6] N. Cruz, S. Rios, E. Fortunato, et al. Characterization
of soil treated with alkali-activated cement in
large-scale specimens. Geotechnical Testing Journal
40:618 – 629, 2017. doi:10.1520/GTJ20160211.
[7] M. Corrêa-Silva, N. Araújo, N. Cristelo, et al.
Improvement of a clayey soil with alkali activated
low-calcium fly ash for transport infrastructures
applications. Road Materials and Pavement Design pp.
1 – 15, 2018. doi:10.1080/14680629.2018.1473286.
[8] A. H. Al-rkaby, A. Chegenizadeh, H. Nikraz. Cyclic
behavior of reinforced sand under principal stress
rotation. Journal of Rock Mechanics and Geotechnical
Engineering 9(4):585 – 598, 2017.
doi:10.1016/j.jrmge.2017.03.010.
[9] A. H. Al-Rkaby, A. Chegenizadeh, H. Nikraz.
Anisotropic strength of large scale geogrid-reinforced
sand: Experimental study. Soils and Foundations
57(4):557 – 574, 2017. doi:10.1016/j.sandf.2017.03.008.
[10] A. Al-Rkaby, A. Chegenizadeh, H. R. Nikraz. An
experimental study on the cyclic settlement of sand and
cemented sand under different inclinations of the
bedding angle and loading amplitudes. European
Journal of Environmental and Civil Engineering pp. 1 –
16, 2017. doi:10.1080/19648189.2017.1327891.
[11] A. Al-Rkaby, A. Chegenizadeh, H. Nikraz. Effect of
anisotropy on the bearing capacity and deformation of
sand. Australian Geomechanics Journal 52:53 – 63, 2017.
[12] J.-B. M. Dassekpo, X. Zha, J. Zhan. Compressive
strength performance of geopolymer paste derived from
Completely Decomposed Granite (CDG) and partial fly
ash replacement. Construction and Building Materials
138:195 – 203, 2017.
doi:10.1016/j.conbuildmat.2017.01.133.
[13] S. Rios, C. Ramos, A. V. da Fonseca, et al.
Colombian soil stabilized with geopolymers for low cost
roads. Procedia Engineering 143:1392 – 1400, 2016.
Advances in Transportation Geotechnics III,
doi:10.1016/j.proeng.2016.06.164.
[14] H. M. Alanazi. Explore Accelerated PCC Pavement
Repairs Using Metakaolin-Based Geopolymer Concrete.
Ph.D. thesis, North Dakota State University, 2015.
[15] N. Latifi, F. Vahedifard, E. Ghazanfari, et al.
Sustainable improvement of clays using low-carbon
nontraditional additive. International Journal of
Geomechanics 18:04017162, 2018.
doi:10.1061/(ASCE)GM.1943-5622.0001086.
[16] D. V. Reddy, J.-B. Edouard, K. Sobhan. Durability
of fly ash–based geopolymer structural concrete in the
marine environment. Journal of Materials in Civil
Engineering 25:781–787, 2013.
doi:10.1061/(ASCE)MT.1943-5533.0000632.
[17] S. H. Sanni, R. B. Khadiranaikar. Performance of
geopolymer concrete under severe environmental
conditions. International journal of civil and structural
engineering 3(2):396 – 407, 2012.
[18] M. A. M. Ariffin, M. A. R. Bhutta, M. W. Hussin,
et al. Sulfuric acid resistance of blended ash geopolymer
concrete. Construction and Building Materials 43:80 –
86, 2013. doi:10.1016/j.conbuildmat.2013.01.018.
310
vol. 59 no. 4/2019 Evaluating Shear Strength of Sand- GGBFS Based Geopolymer. . .
[19] S. Rios, C. Ramos, A. V. da Fonseca, et al.
Mechanical and durability properties of a soil stabilised
with an alkali-activated cement. European Journal of
Environmental and Civil Engineering 23(2):245 – 267,
2017. doi:10.1080/19648189.2016.1275987.
[20] E. Vitale, G. Russo, G. Dell’Agli, et al. Mechanical
behaviour of soil improved by alkali activated binders.
Environments 4:80, 2017.
doi:10.3390/environments4040080.
[21] P. Sargent, P. Hughes, M. Rouainia. A new low
carbon cementitious binder for stabilising weak ground
conditions through deep soil mixing. Soils and
Foundations 56(6):1021 – 1034, 2016.
doi:10.1016/j.sandf.2016.11.007.
[22] L. Abdeldjouad, A. Asadi, H. Nahazanan, et al.
Effect of clay content on soil stabilization with alkaline
activation 5(1), 2019. doi:10.1007/s40891-019-0157-y.
[23] L. Abdeldjouad, A. Asadi, B. Huat, et al. Effect of
curing temperature on the development of hard
structure of alkali-activated soil. International Journal
of GEOMATE 17:117 – 123, 2019.
doi:10.21660/2019.60.8160.
[24] T. Teing, B. Huat, S. Shukla, et al. Effects of
alkali-activated waste binder in soil stabilization.
International Journal of GEOMATE 17:82 – 89, 2019.
doi:10.21660/2019.59.8161.
[25] A. Giuma Elkhebu, A. Zainorabidin, H. B. K.
Bujang, et al. Alkaline activation of clayey soil using
potassium hydroxide & fly ash 10:99 – 104, 2019.
doi:10.30880/ijie.2018.10.09.016.
[26] P. Sukmak, S. Horpibulsuk, S.-L. Shen. Strength
development in clay–fly ash geopolymer. Construction
and Building Materials 40:566 – 574, 2013. Special
Section on Recycling Wastes for Use as Construction
Materials, doi:10.1016/j.conbuildmat.2012.11.015.
311
